Removal Of Basic Green 4 Dye Using Raw and Surface Modified Sterculia Foetida Seeds

Manikandan Gandhi (manikandang@svce.ac.in)
Sri Venkateswara College of Engineering

Meyyappan Narayanan
Sri Venkateswara College of Engineering

Pitchai Ramu
B V Raju Institute of Technology, Narsapur

Original Article

Keywords: Sterculia foetida seeds, Adsorbent, Basic green 4 dye, Batch mode operations, Sustainability

DOI: https://doi.org/10.21203/rs.3.rs-179380/v1

License: This work is licensed under a Creative Commons Attribution 4.0 International License. Read Full License
Abstract

Industrialization and Urbanisation are considered as some of the important problems for the pollution of air, soil, and water system. Among these systems, water is affected to the great extent. The addition of the various pollutants to the water resources is considered as the major threat for the deterioration of water quality and makes it unsuitable for domestic purposes. Out of many water pollutants, dyes are the most hazardous substances for plants, animals, and also humankind. Majorly, malachite green dyes are used in the industries processes like textile industries to produce large quantities of colored effluents that contain organic and inorganic chemical compounds. So, effective and efficient treatment of them is very important for eco-friendly sustainability. In the present study, the Indian or the Wild almonds (Sterculia foetida as its biological name) was used as an adsorbent for the removal of basic green 4 dye from the aqueous solutions in batch mode operations. The basic parameters like initial concentration, pH, contact time, and adsorbent dosage were studied. The experimental result shows that the Sterculia foetida seeds are very good adsorbent for the removal of basic green4 dye from the prepared dye solutions.

1. Introduction

Our Earth is often referred to as the Blue planet because it comprises 70% of water. The earth's water exists in different forms and locations: in the air, on the surface, below the ground, and in the oceans. Also, both saline and freshwater resources are available with 97.5% being saline water and 2.5% being freshwater.[1][2] Now a great pressure lies on the water resources around the world. Human activity and natural sources are the main reason for the rise of pressure over water resources. Water gets polluted to a major extent by the industries like textile, refineries, certain wastewater treatment plants which directly release the untreated hazardous effluents into the land, thereby the groundwater, rivers, lakes, etc. are highly affected[3][4][5][6]. Science and certain practices are widely made to reduce these criteria.

The direct contact of untreated dye effluent in the natural water resources will lead to some toxic effects on the living organisms when they consume that water. Some measures are taken to reduce the discharge of dyes into the environment. The current study focuses on the treatment of Basic green4 dye through Batch studies using the naturally available raw material as an adsorbent.[7][8][9][10]

Basic green4 dye is one of the textile dyes which lies under the kind of base dyes. It is also known as the cationic dye with salts of organic bases.[11][12][13][14] They are used for dyeing wool, silks, and acrylic, and modacrylic fibers. Basic green4 which is also known as the Malachite green dye has some health effects when it is made contact with the water resources.[15] On the whole, the structure of this dye strongly finds the tendency to carcinogenicity on living organisms. Besides, some health effects like organ damage, carcinogenic, mutagenic, and developmental abnormalities in certain mammals.[16][17][18] Thus, the exposure limit should be taken much importance to overcome certain ecological and health-related issues.[19][20]
Several treatment processes are found for the removal of dyes from the untreated dye waste from textile industries.[21][22] It includes coagulation, precipitation, ion exchange process, membrane separation process, and oxidation-reduction, and so on. However, these methods are very expensive. To overcome certain drawbacks, Adsorption is preferred and it is one of the common treatments for the removal of dyes, which is very simple and cost-effective if we prefer naturally available seeds to obtain adsorbent rather than activated charcoal or carbon that is prepared synthetically, which is more expensive. Biosorption is also a technique that uses biological matters as an adsorbent.[23][24][29] However, the efficiency is not exploded throughout the effective adsorption for the removal of dyes. Our current study focuses on the use of naturally available Indian or Wild almond seeds for the preparation of the adsorbent. Its biological name is Sterculia foetida.

2. Materials And Methods

2.1 Adsorbate:

All chemicals are used in the present examination were analytical grade and utilized all things considered with no extra refinement. Analytical grade of basic green 4 was procured from E.merck Mumbai, India. Its chemical formula is C_{23}H_{25}ClN_{2}. The Stock solution preparation involves the following steps,

Step 1: Take 1 gm of Basic green dye powder.

Step 2: Make up this to 1-liter solution by adding distilled water in the Standard Measuring Flask Step 3: Now, the prepared one was the Stock solution and it has 1000 ppm (parts per million) Concentration.

2.2 Preparation of adsorbents:

The adsorbents preparation involved both physical and chemical treatment processes to obtain Raw and Surface modified ones. In this study, the adsorbents are raw and surface modified Indian almond seeds. Sterculia foetida is a large, straight umbrella-shaped spreading deciduous tree belonging to the family Sterculiaceae. It is also called Java olive, Poon tree, Wild almond, Hazel Sterculia, and Sterculia nut. In India, it is known as Jangli badam (Hindhi), Gorapu badam (Tamil). It was first described in the year 1753 by Carolus Linnaeus. The origin of the name Sterculia genus comes from the Roman God, Sterquilinus, who is the God of fertilizer or manure. Sterculia foetida seeds can be eaten raw or roasted, so their usage is not harmful to humans and other animals. The common names are Java Olive, Peon, Poon tree, Wild Indian Almond, Sterculia nut. Seeds are numerous ovoid-oblong, black with a small yellow rudimentary at the base. It consists of cyclopropene fatty acids such as Sterculic acid and Malvalic acids that show effectiveness against carcinogenic and co-carcinogenic activities.

Oil was recovered from the SF seed found to have the following characteristics:

Specific gravity (400°C) – 0.9239

Refractive index (400°C) – 1.4662
Acid value – 5.7
Saponification value – 177.5
Iodine value (wijs) – 74.0

The *Sterculia foetida* seeds were gathered from agro field range from Tiruvannamalai, Tamilnadu, India. The adsorbents preparation involved both physical and chemical treatment processes to obtain Raw and Surface modified ones. It is a common procedure for obtaining Raw and Surface modified adsorbents.

The following steps were involved in the physical treatment,

Step 1: The Indian almond seeds were collected.

Step 2: It is frequently washed by the distilled water for the removal of certain sand and dust deposits over the seeds.

Step 3: After, frequent washing it was allowed to dry for two or three days for removal of excess water, under sunlight.

Step 4: When the sunlight drying is over, it was kept inside the muffle furnace at a temperature of about 350 °C for 2 to 3 hours. It was carried as such, because of the oil present in it

Step 5: It was then, cooled down in the natural atmospheric condition. After that, it was finely powdered and stored in an airtight container. Thus, it was further used as an adsorbent for subsequent studies. Mainly, this kind of treatment was carried after the physical one. It was highly important to obtain the surface-modified seeds, which improved the adsorption efficiency.

The following were the various steps involved in the chemical treatment of the seeds.

Step 1: After the physical treatment, the powdered ones were taken and allowed to react with 40% conc. H2SO4 in the ratio of 1:4. Thus, one part of the powder was allowed to submerge in 4 parts of conc. H2SO4.

Step 2: It was kept undisturbed for nearly 20 hours.

Step 3: It was then frequently washed with distilled water to remove excess acid content and until a constant pH was achieved.

Step 4: The obtained content was kept inside the oven for nearly an hour under the temperature of 1000 C.

Step 5: The surface-modified powder was obtained and stored in an airtight container and used as an adsorbent for batch studies.

**2.3 Batch experimental procedure**
Adsorption was one of the important mass transfer operations, mainly used in the wastewater treatment process. For all the wastewater treatment processes, this type is a quite simple and familiar one. Batch adsorption studies were done to bring a conclusion of the way of treatment involved for the removal of a toxic textile dye from the industrial effluent. The experiment was carried out at room temperature only. The Batch adsorption experiments were carried out by varying parameters such as solution initial Basic 4 green dye concentration, pH, adsorbent dose, contact time, to study the Percentage removal of basic green dye from its aqueous solution. The Experimental studies were conducted by taking 50 mL of BG4 dye solution of desired concentration in a 250 mL flask. The initial solution pH was adjusted by adding 0.1M NaOH to get the desired pH. An optimum quantity of SMSF was added to each of the experimental solutions and the mixture was allowed in the photochemical reactor. The experimental contact time was varied from 10 to 90 min. At various time intervals, the flasks were withdrawn from the photochemical reactor, and then the mixture was filtered to separate the adsorbent and supernatant. Using UV–Vis Spectrophotometer the residual dye concentration in the supernatant was measured. The percentage removal of BG4 dye was calculated using the following equation:

\[ \% \text{Removal of BG dye} = \frac{(C_i - C_f)}{C_i} \]

where \(C_i\) and \(C_f\) are the initial and final BG4 dye concentration in the solution, respectively. The following parameters Effect of pH, Effect of initial concentration, Effect of contact time, Effect of adsorbent dosage were considered for this Batch studies.

### 3. Results And Discussion

#### 3.1 Characterization studies

##### 3.1.1 SEM Analysis

SEM images of raw Sterculia foetida seeds (RSF) and surface-modified Sterculia foetida seeds (SMSF) are shown in Figs. 1, 2, 3, and 4 respectively. The figures show that SMSF is more porous than RSF, indicating that SMSF seeds have better morphology for the adsorption of BG4 dye molecules.

##### 3.1.2 FTIR Analysis

The FT-IR spectrum of RSF and SMSF seeds is shown in Fig. 5 and 6. The FT-IR analysis is defined as the Fourier transform infrared and it is used to determine the presence of various functional groups based on its wavelength obtained in the graph. Here, fig indicates the FT-IR analysis for RSF and fig represents the FT-IR graph for SMSF. In the fig various narrow and broad peaks exist. The peak observed at 3411 cm\(^{-1}\) ascribed the presence of N-H bond stretch which was the amines groups. The peak 3019 cm\(^{-1}\) indicated the presence of O-H groups. The vibrational stretch at 2852 cm\(^{-1}\) ascribed the presence of C-H bonds. The stretching vibration at 2797 cm\(^{-1}\) was further confirmed the hydrogen bonding in the carboxylic
acids. The narrow curve at 1743 cm$^{-1}$ and 1703 cm$^{-1}$ confirmed the C = O vibrational stretches. Also the vibrational stretches at 1591 cm$^{-1}$ was due to the presence of alkenes. The curve at 1374 cm$^{-1}$ and at 1105 cm$^{-1}$ indicated the vibrational stretches were due to C-F. The peaks at 790 cm$^{-1}$ and 733 cm$^{-1}$ showed the presence of chloroalkanes. Also the curves lied at 578 cm$^{-1}$, 563 cm$^{-1}$ and 517 cm$^{-1}$ strongly indicated the existence of bromoalkanes along with iodoalkanes. Thus, the presence of these functional groups proved that the RST was a good adsorbent for the removal of malachite green dye from the aqueous solutions.

Fig showed the FT-IR analysis for the surface modification by the addition of sulphuric acid to the RST. The peak at 3789 cm$^{-1}$ indicated the presence of the N-H functional groups. Then the peak at 3399 cm$^{-1}$ was ascribed to O-H vibrational stretches. The presence of C-H functional groups was indicated at the peaks 2924 cm$^{-1}$ and 2833 cm$^{-1}$. The functional groups like C = O was present at 1744 cm$^{-1}$ and 1709 cm$^{-1}$. The presence of alkenes was showed in the vibrational stretch at 1627 cm$^{-1}$. Also the peak at 1377 cm$^{-1}$ was ascribed by the esters and ethers functional groups. The curve at 1051 cm$^{-1}$ indicated the availability of both esters and fluoroalkanes. The peak at 722 cm$^{-1}$ showed the presence of chloroalkanes and at 580 cm$^{-1}$ indicated the existence of bromoalkanes. Thus, the presence of chloroalkanes, fluoroalkanes, bromoalkanes, ethers, esters and some of the alkane, akynes functional groups strongly confirms the existence of carbon. The carbon content in this SMST is more compared to the RSF because of the treatment with the concentrated sulphuric acid. Thus, the FT-IR results strongly confirmed the presence of carbon content in both RSF and SMSF. Hence, the FT-IR studies described the various different functional groups that were present in the RST and SMST seeds, which can be used as a natural and good adsorbent for the removal of malachite green dye from the prepared dye solutions.

3.2 Parameter Analysis

3.2.1 Effect of initial concentration:

The effect of initial BG4 dye concentrations (500-1000ppm) on the removal of BG4 dye by the adsorbent (RSF and SMSF) is shown in Table:1,2, Figs. 7 and 8. From these figures, it shows that the removal of BG4 dye decreases with the increase in BG4 dye concentration. At the lowest concentrations, the adsorbent rate is high. A defined quantity of adsorbent dose was utilized for the present study, so it can able to remove only a particular quantity of BG4 dye molecules from its aqueous solution.
### Table 1
Effect of initial dye concentration using RSF

| Time (min) | % Removal of BG4 dye using RSF |
|------------|--------------------------------|
|            | 500 ppm | 750 ppm | 1000 ppm |
| 10         | 73.9     | 62       | 62       |
| 20         | 78       | 63       | 63       |
| 30         | 78.15    | 63.8     | 63       |
| 40         | 78.16    | 72.05    | 63       |
| 50         | 78.9     | 73.18    | 63       |
| 60         | 79.6     | 73.9     | 63       |
| 70         | 79.7     | 74       | 64       |
| 80         | 80       | 75       | 64.4     |

### Table 2
Effect Of Initial Concentration For SMSF

| Time (min) | % Removal of BG4 dye using SMSF |
|------------|--------------------------------|
|            | 500 ppm | 750 ppm | 1000 ppm |
| 10         | 84.8     | 79.45    | 83.5     |
| 20         | 87.7     | 82.7     | 84.5     |
| 30         | 88.46    | 82.8     | 84.7     |
| 40         | 89       | 83.3     | 86.04    |
| 50         | 89.4     | 83.7     | 86.47    |
| 60         | 89.8     | 83.8     | 86.7     |
| 70         | 89.9     | 83.9     | 86.8     |
| 80         | 90.5     | 90.5     | 87.67    |

### 3.2.2 Effect of pH

The percentage removal of BG4 dye by RSF over the pH Range 4–8 was investigated and the experimental results are adsorbent sites increases. At higher pH value, the negatively charged adsorbent sites increase, which in turn enhances the adsorption of positively charged BG4 dye because of the electrostatic forces of attraction. But the SMSF-BG4 dye system has only slight changes in the
percentage of BG4 dye removal when the pH was within the range of 4–8, which indicates that the electrostatic attraction or repulsion mechanism was not only the adsorption mechanism for the removal of BG4 dye in the present system. The percentage removal of BG4 dye molecules was also affected by the chemical reaction between the SMSF adsorbent and the MB dye molecules. These various adsorption rate changes with various pH are shown in Table 3, 4 and Figs. 9, 10.

Table 3
Effect of pH for RSF

| Time (min) | % Removal of BG4 dye using RSF |
|------------|-------------------------------|
|            | pH 6.5 | pH 5.0 | pH 4.5 |
| 10         | 34.15 | 44.2 | 55.9 |
| 20         | 96 | 62 | 92.26 |
| 30         | 97.8 | 90.8 | 86.57 |
| 40         | 97 | 90 | 88 |

Table 4
Effect of pH for SMSF

| Time (min) | % Removal of BG4 dye using SMSF |
|------------|-------------------------------|
|            | pH 6.5 | pH 5.0 | pH 4.5 |
| 10         | 54 | 74 | 76 |
| 20         | 97 | 90 | 86 |
| 30         | 97.6 | 92 | 88 |
| 40         | 98 | 92 | 89 |
| 50         | 98 | 92.4 | 89.6 |

3.2.3. Effect Of Contact Time

The effect of contact time on the percentage of BG4 dye removal by the RSF and SMSF was investigated to study the rate of BG4 dye removal and the results are shown in Table 5, 6 and Fig. 11, 12. The results revealed that the percentage of BG4 dye removal increases with an increase in contact time and equilibrium was reached at 50 min for RSF and 40 min for SMSF for 3 different initial BG4 dye concentrations. A further increase in the contact time has a negligible effect on the percentage of BG4 dye removal. Initially, the percentage of BG4 dye removal is higher due to the larger surface area of the RSF and SMSF being available for BG4 dye adsorption. As the adsorbed BG4 dye forms a monolayer, the
capacity of the SMSF And RSF gets exhausted and then the uptake rate is controlled by the rate at which the BG4 dye are transported from the exterior to the interior sites of the RSF and SMSF particles As SMSF has more activated sites than RSF, the equilibrium time was reached earlier for SMSF.

Table 5
Effect of contact time for RSF

| Time (min) | % Removal of BG4 dye using RSF |
|-----------|-------------------------------|
|           | 500 ppm | 750 ppm | 1000 ppm |
| 10        | 73.9    | 62      | 62       |
| 20        | 78      | 63      | 63       |
| 30        | 78.15   | 63.8    | 63       |
| 40        | 78.16   | 72.05   | 63       |
| 50        | 78.9    | 73.18   | 63       |
| 60        | 79.6    | 73.9    | 63       |
| 70        | 79.7    | 74      | 64       |
| 80        | 80      | 75      | 64.4     |

Table 6
Effect of contact time for SMSF

| Time (min) | % Removal of BG4 dye using SMSF |
|-----------|-------------------------------|
|           | 500 ppm | 750 ppm | 1000 ppm |
| 10        | 84.8    | 79.45   | 83.5     |
| 20        | 87.7    | 82.7    | 84.5     |
| 30        | 88.46   | 82.8    | 84.7     |
| 40        | 89      | 83.3    | 86.04    |
| 50        | 89.4    | 83.7    | 86.47    |
| 60        | 89.8    | 83.8    | 86.7     |
| 70        | 89.9    | 83.9    | 86.8     |
| 80        | 90.5    | 90.5    | 87.67    |

3.2.4. Effect of adsorbent dosage
The effect of adsorbent dose (for RSF and SMSF) on the Removal of BG4 dye was investigated by the use of Different adsorbent doses between 0.5 and 1 g at a BG4 dye concentration of 500ppm and the result is Shown table 7,8 and in Fig. 13,14. From Fig. 13,14, it was observed that the Removal of BG4 dye molecules increases with the increase in adsorbent dose and then reached a saturation value. This may be due to the increase active sites available for the adsorption of BG4 dye molecules with the increase in adsorbent dose. The maximum removal of BG4 dye was observed at an optimum dose of 1 g per 100mL for RSF and 0.5 g per 100mL for SMSF.

Table:7 Effect of adsorbent dosage for RSF

| Time (min) | % Removal of BG4 dye using RSF |
|------------|--------------------------------|
|            | 0.5 gram | 0.75 gram | 1 gram   |
| 10         | 34       | 36        | 32       |
| 20         | 55       | 60        | 67       |
| 30         | 61       | 68        | 72       |
| 40         | 66       | 73        | 77       |
| 50         | 75       | 82        | 86       |
| 60         | 75.2     | 82        | 86       |

Table:8 Effect of adsorbent dosage for SMSF

| Time (min) | % Removal of BG4 dye using SMSF |
|------------|--------------------------------|
|            | 0.5gram | 0.75gram | 1gram   |
| 10         | 61       | 68        | 72       |
| 20         | 66       | 73        | 77       |
| 30         | 75       | 82        | 86       |
| 40         | 90       | 95        | 96       |
| 50         | 96       | 95        | 96       |
| 60         | 96       | 95        | 96       |
This investigation showed that surface-modified Sterculia foetida seeds are effective adsorbent for removal of BG 4 dye from aqueous solutions. Results obtained from SEM analysis showed that surface-modified Sterculia foetida seeds can be used as an adsorbent for the removal of BG4 dye. Adsorption of dye by surface-modified Sterculia foetida seeds was affected by solution pH, initial dye solution concentration, and adsorbent dosage. The experimental study showed that the best results were obtained by use of a 6.5 solution pH, and initial BG4 dye concentration of 500ppm, and adsorbent dosage of 1g/100ml.

**Declarations**

**Funding:** Not Applicable

**Conflicts of interest/Competing interests:** No Conflict of interest.

**Ethics approval:** The manuscript in part or in full has not been submitted or published anywhere. Not used previously published materials.

**Consent to participate:** No informed consent used in our research.

**Consent for publication** (include appropriate statements): All authors interested to publish our work in Applied Biochemistry and Biotechnology.

**Availability of data and material** (data transparency): Available with us. After submitting our report to University only possible to deposit the data.

**Code availability:** Available with us. After submitting our report to University only possible to deposit the code.

**References**

1. Alejandra-Alicia Peláez-Cid, Ana-María Herrera-González, Martín Salazar-Villanueva, A, Bautista-Hernández (2016) Elimination of textile dyes using activated carbons prepared from vegetable residues and their characterization., Journal of Environmental Management, 181, 269–278
2. Alicia Paz, Julia Carballo, María Joseeperéz c, Jose Manuel Domínguez., (2017). Biological treatment of model dyes and textile wastewaters., Chemosphere, 181, 168–177
3. Ana María Herrera-González, Martín Caldera-Villalobo, Alejandra-Alicia Peláez-Cid., (2019). Adsorption of textile dyes using an activated carbon and crosslinked polyvinyl phosphonic acid composite., Journal of Environmental Management 234, 237–244
4. AnisAtikah, Ahmad, AzamTaufikMohdDin,Nasehir Khan EM Yahaya ,AzduwinKhasri, MohdAzmier Ahmad., (2020). Adsorption of basic green 4 onto gasified Glyricidia sepium woodchip based activated carbon: Optimization, characterization, batch and column Study., Arabian Journal of Chemistry 13, 6887–6903
5. Arej S, Al-Gorair (2019) Treatment of wastewater from cationic dye using eco-friendly nanocomposite: Characterization, adsorption and kinetic studies. Egypt J Aquat Res 45:25–31

6. Aseel M, Aljboree, Abbass N, Alshirifi, Ayad F, Alkaim. (2017) Kinetics and equilibrium study for the adsorption of textile dyes on coconut shell activated carbon. Arabian Journal of Chemistry 10:S3381–S3393

7. Ayesha Wasti, Ali Awan M (2016) Adsorption of textile dye onto modified immobilized activated alumina. Journal of the Association of Arab Universities for Basic Applied Sciences 20:26–31

8. Bhanuprakash M, Belagali SL (2016) Efficient Removal of Dyes Using Almond Husk as a Natural Adsorbent: IRA-International Journal of Applied Sciences ISSN 2455–4499; Vol.05, Issue 02 (2016) Institute of Research Advances Pg. no. 57–65

9. BillalKhemila BelkacemMerzouk, Leclerc AissaChouder, RabahZidelkhir, Jean-Pierre, FrançoisLapicque (2018) Removal of a textile dye using photovoltaic electrocoagulation. Sustainable Chemistry Pharmacy 7:27–35

10. Carlos Eduardo de Farias Silva, Brígida Maria Villar da Gama, AndrezaHeloiza da Silva Gonçalves, Josimayra Almeida Medeiros, Ana Karla de Souza Abud, (2020). Basic-dye adsorption in albedo residue: Effect of pH, contact time, temperature, dye concentration, biomass dosage, rotation and ionic strength., Journal of King Saud University – Engineering Sciences 32, 351–359

11. ChafikaMeziti, AbdelhamidBoukerroui (2012) Removal of a Basic Textile Dye from Aqueous Solution by Adsorption on Regenerated Clay. Procedia Eng 33:303–312

12. ChafikaMeziti and AbdelhamidBoukerroui (2014) Reuse of Solid Waste in Adsorption of the Textile Dye. Physics Procedia 55:173–178

13. Divine Angela G, Sumalinog SC, Capareda, Mark Daniel G de Luna., (2018), Evaluation of the effectiveness and mechanisms of acetaminophen and methylene blue dye adsorption on activated biochar derived from municipal solid wastes., Journal of Environmental Management 210,255–262

14. El Boujaady H, El Rhilassi A, Bennani-Ziatni M, El Hamri R, Taitai R, Lacout JL (2011) Removal of a textile dye by adsorption on synthetic calcium phosphates. Desalination 275:10–16

15. Mahjoubi Elmoubarki R, Moustadraf FZ, HTounsadi, Abdennouri J, Zouhri M, El Albani A (2015) Adsorption of textile dyes on raw and decanted Moroccan clays: Kinetics, equilibrium and thermodynamics. A, Barka N Water Resources and Industry 9:16–29

16. Gabriela G, Sonai, Selene MA, Guelli U, de Souza D, de Oliveira, Antonio Augusto U, de Souza, (2016). The application of textile sludge adsorbents for the removal of Reactive Red 2 dye., Journal of Environmental Management 168,149–156

17. Gilbert K Cheruiyot, WycliffeC. Wanyonyi, Joyce J, Kiplimo, Esther N, Maina., (2019). Adsorption of toxic crystal violet dye using coffee husks: Equilibrium, kinetics and thermodynamics study., Scientific African 5, e00116

18. Gui-Bing Hong and Wang Y-K (2017) Synthesis of low-cost adsorbent from rice bran for the removal of reactive dye based on the response surface methodology. Appl Surf Sci 423:800–880
19. Ihssane Belbachir and Benamar Makhoukhi (2017) Adsorption of Bezathren dyes onto sodic bentonite from aqueous solutions. J Taiwan Inst Chem Eng 000:1–7
20. Fabbricino M, Pontoni L (2016) Use of non-treated shrimp-shells for textile dye removal from wastewater. Journal of Environmental Chemical Engineering 4:4100–4106
21. Na Liu H, Wang C-H, Weng C-C, Hwang (2018) Adsorption characteristics of Direct Red 23 azo dye onto powdered tourmaline. Arabian Journal of Chemistry 11:1281–1291
22. Jiayang Liua, Zhixin Wanga, H, Lia, Changwei Huda, Raymerb Qingguo Huangb (2018) Effect of solid state fermentation of peanut shell on its dye adsorption performance. Biores Technol 249:307–314
23. Kai Shen and M.A (2017) Gondal Removal of hazardous Rhodamine dye from water by adsorption onto exhausted coffee ground. Journal of Saudi Chemical Society 21:S120–S127
24. Kamal Sukla Baidya and Upendra Kumar (2021) Adsorption of brilliant green dye from aqueous solution onto chemically modified areca nut husk. S Afr J Chem Eng 35:33–43
25. Mingyu Liu X, Li Y, Du R, Han (2019) Adsorption of methyl blue from solution using walnut shell and reuse in a secondary adsorption for Congo red. Bioresource Technology Reports 5:238–242
26. Monica S, Monteiro, Robson F, de Farias, Jos_e Alberto Pestana Chaves, Sirlane A. Santana Hildo AS, Silva, Cícero WB, Bezerra., (2017). Wood (Bagassaguanensis Aubl) and green coconut mesocarp (cocosnucifera) residues as textile dye removers (Remazol Red and Remazol Brilliant Violet) Journal of Environmental Management 204,23–30
27. Haddad ME, Rachid Slimani, Rachid Mamouni Sa`d El Antri, Sa`d Lazar., (2013). Removal of two textile dyes from aqueous solutions onto calcined bones., Journal of the Association of Arab Universities for Basic and Applied Sciences 14, 51–59
28. Nikola Loncar B, Janovi_c Miroslava Vujcic, Vujcic Z (2012) Decolorization of textile dyes and effluents using potato (Solanum tuberosum) phenoloxidase. International Biodeterioration & Biodegradation 72:42–45
29. Noreddine Boudechiche MF, Hynda Yazida Siham Ouyahia, Traric M, Sadaoui Z (2019) Comparative study on removal of two basic dyes in aqueous medium by adsorption using activated carbon from Ziziphus lotus stones. Microchem J 146:1010–1018